D F T calculation of the interm olecular exchange interaction in the $m$ agnetic $M_{n}$ dim er

<br>${ }^{1}$ C enter for C om putational M aterials Science, C ode 6390, N aval Research Laboratory, W ashington DC 20375<br>${ }^{2}$ D epartm ent of E lectrical E ngineering and M aterials Scienc R esearch C enter, H ow ard U niversity, W ashington DC 20059<br>${ }^{3}$ D epartm ent of $C$ hem istry, U niversity of $F$ lorida, $G$ ainesville, $F$ lorida 32611<br>(D ated: M arch 22, 2024)


#### Abstract

The dim eric form of the single-m olecule $m$ agnet $\mathrm{M}_{4} \mathrm{O}_{3} \mathrm{C} \mathrm{l}_{4}\left(\mathrm{O}_{2} \mathrm{CEt}\right)_{3}(\mathrm{py})_{3}$ b recently revealed interesting phenom ena: no quantum tunneling at zero eld and tunneling before $m$ agnetic eld reversal. This is attributed to substantial antiferrom agnetic exchange interaction between di erent $m$ onom ers. The interm olecular exchange interaction, electronic structure and $m$ agnetic properties of this $m$ olecular $m$ agnet are calculated using density-finctional theory $w$ thin generalized-gradient approxim ation. C alculations are in good agreem ent $w$ ith experim ent.


PACS num bers: $75.50 \mathrm{Xx}, 75.45 .+j, 75.30 \mathrm{Gw}, 75.30 \mathrm{Et}$

Singlemolecule $m$ agnets (SMM s), such as $\mathrm{Mn}_{12} \mathrm{O}_{12}\left(\mathrm{CH}_{3} \mathrm{C} \mathrm{COO}_{16}\left(\mathrm{H}_{2} \mathrm{O}\right)_{4}\right] 2(\mathrm{CHCOOH}) 4\left(\mathrm{H}_{2} \mathrm{O}\right)$
 (hereafter $\mathrm{Fe}_{8}$ ) ${ }^{2 / 2}$ have received trem, endous attention due to $m$ acroscopic quantum tunneling ${ }^{3}$. and possible use as nanom agnetic storage devices. H ysteresis loop m easure$m$ ents on the $S M M \operatorname{sMn} n_{12}$ and $\mathrm{Fe}_{8}$ show ed $m$ agnetization steps at low tem peratures upon $m$ agnetic eld reversalil ${ }^{4_{1}}$ $T$ his is due to quantum tunneling betw een spin-up states and spin-dow $n$ states despite a large e ective spin $S=10$ for each $m$ olecule. $T$ he resonant tunneling elds in these system $s$ are prim arily determ ined by the $m$ agnetom olecular anisotropy. Recently a dim erized single-m olecule $m$ agnet $\quad \mathrm{Mn}_{4} \mathrm{O}_{3} \mathrm{Cl}_{4}\left(\mathrm{O}_{2} \mathrm{CEt}\right)_{3}(\mathrm{py})_{3} l_{2} \quad$ (hereafter $\mathrm{Mn}_{4}$ dim er)-w here $\mathrm{Et}=\mathrm{CH}_{2} \mathrm{CH}_{3}$ and $\mathrm{py}=\mathrm{NC}_{5} \mathrm{H}_{5}$, has been form edtid which exhibited qualitatively di erent tunneling behavior: quantum tunneling prior to $m$ agnetic eld reversal and an absence of quantum tunneling at zemp
eld in contrast to other SM M s such as M $\mathrm{n}_{12}$ and $\mathrm{Fe}_{8}{ }^{\mathrm{F}_{1}}$ To understand the basis for the qualitative deviation we have calculated both the $m$ agnetom olecular anisotropy and the interm olecular exchange interaction in the $\mathrm{M}_{4}$ dim er using density-fiunctional theory. O ur results con-
m that there exists an appreciable antiferrom agnetic exchange interaction between $m$ onom ers and that tunneling elds in this dim er are strongly in uenced by the presence of the $m$ onom erm onom er exchange interaction. This interaction produces a bias eld that encourages $m$ onom eric $m$ agnetic- $m$ om ent reversal below zero eld and prevents tw om onom ers from simultaneously jipping their $m$ agnetic $m$ om ents at zero eld. W e determ ine that the origin of the exchange interaction is not dom inated by either kinetic or exchange-correlation term $s$ and that the total "exchange" interaction is in fact an order of $m$ agnitude sm aller than the kinetic contribution. For $\mathrm{M} \mathrm{n}_{12}$ and $\mathrm{Fe}_{8}$, the interm olecular exchange interaction has not been observed experim entally and it is generally accepted that the overlap betw een neighboring $m$ olecules is negligible.

In this work, we discuss calculations on the $\mathrm{M}_{4}$ dim er which is form ed by inversion of the three-fold sym $m$ et-


F IG . 1: $\mathrm{M}_{4}$ dim er geom etry. The dim er is form ed by inversion of the threefold sym $m$ etric $m$ onom er. E ach $m$ onom er has a m agnetic core consisting of three ferrom agnetically coupled $\mathrm{M} \mathrm{n}^{3+}$ spins ( $\mathrm{S}=2$ ) coupled antiferrom agnetically to one $\mathrm{Mn}^{4+}$ spin ( $\mathrm{S}=3 / 2$ ) ion leading to a total spin of $\mathrm{S}=9=2$. $T$ he distance betw een the tw o centralC latom $s m$ arked as the dotted line was m easured to be 3.86 A .
ric monom er shown in $F$ ig $\overline{12}$.1. The $m$ agnetic core of the $\mathrm{Mn}_{4} \mathrm{~m}$ onom er consists of three ferrom agnetically coupled $\mathrm{M}^{3+}$ ( $\mathrm{S}=2$ ) ions coupled antiferrom agnetically to the rem aining $\mathrm{Mn}^{4+}(\mathrm{S}=3 / 2)$ ion leading to a total ground-state spin of $S=2 \quad 3 \quad 3 / 2 \quad 1=9 / 2$ (refer to Fig ${ }_{2} 1_{1}^{\prime \prime}$ ). The core has a sim ilar cubane structure as the inner core of the $S M M M n_{12}$, although there are four $\mathrm{M}^{4+}$ for $\mathrm{M}_{12}$. W e investigate the electronic structure and $m$ agnetic properties ofthis $S M M M n_{4}$ using densityfunctional theory (DFT).W e calculate optim ized geom etries for the $M n_{4} m$ onom er and dim er, their binding energy, them onom ericm agnetic anisotropy barrier (MAE), and the exchange coupling constant betw een $m$ onom ers. Results are com pared w th experim ent.

O ur DFT calculations ${ }^{7 / 7_{1}^{1}}$ are perform ed $w$ ith the allelectron G aussian-orbital-based N aval Research, Laboratory M olecular Orbital Library (NRLMOL) $)_{1}^{1}$ Here we use the P erdew Burke E mzerhof (PBE) generalizedgradient approxim ation (G G A) 'at B efore discussing energetics and $m$ agnetic phenom ena we discuss tw o structural issues. First, we have considered $m$ onom ers and dim ers that are term inated by both H and by the $\mathrm{CH}_{2} \mathrm{CH}_{3}$ radicals found in the experim ental structure. Second we have considered structures based on two conform ens of the $m$ onom eric unit. W hile a com plete vibrational analysis will be discussed in a later publication, all indications are that both conform ers are stable. T he conform ers have slightly di erent arrangem ents of the pyridine ligands. The rst conform er was identi ed by a density-fiunctional-based geom etry optim ization of the hydrogenated $m$ onom er. The second conform erw as identi ed by im provem ents on the $m$ onom er deduced from the experim entalx-ray data. In the rem ainder of the paper we refer to these $m$ onom ers as the com putationally determ ined conform er (CDC) and the experim entally determ ined conform er (EDC).

Each $M n_{4} m$ onom er has threefold sym $m$ etry so there are 26 inequivalent atom $s$ to consider. The num ber of inequivalent atom $s$ is reduced to 20 w hen the $\mathrm{CH}_{2} \mathrm{CH}_{3}$ radical is replaced by $H$. A pyridine ring is intitially constructed to lie in the plane de ned by the vector connecting $\mathrm{Mn}^{3+}$ and neighboring N and the sum of the tw $O$ vectors connecting $\mathrm{M} \mathrm{n}^{3+}$ w ith two closest Cl ls (refer to F ig. ${ }_{1} \overline{1}_{1}^{\prime 1}$ ). The geom etries for the pyridine ring and the cubane were rst optim ized separately to generate an initial geom etry for the DFT calculations on the full $m$ onom er. The initial geom etry for the $m$ onom er was relaxed using NRLM OL w th the Clatom xed to reproduce the experim entalClCldistance ( 3.86 A ) upon dim erization (i.e. adding inversion sym $m$ etry). Relaxation continues until forces exerted on all atom s becom e
0.001 hartree/bohr. T he CD C dim er is then obtained by inversion of the CDC m onom er w th the xed value
 of the x-ray deduced experim ental geom etry, the CH bond lengths are underestim ated ( 0.71 A to 0.96 A ) in com parison to standard hydrogen bond lengths, which yields self-consistent forces on hydrogen atom s as large as 0.8 hartree/bohr. To im prove the experim entalgeom etry, allhydrogen positions w ere rst m oved to create C H bond lengths as 1.1 A , and then additional optim ization of the experim ental geom etry was perform ed w th the
xed C l-C ldistance. T he experim entalgeom etry w thout corrected hydrogen positions was 53 eV higher in energy than that of the structure with corrected hydrogen positions. H ereafter unless we specify, the ED C m onom er refers to the optim ized experim ental geom etry with corrected hydrogen positions.

W e have used full basis sets for all six di erent atom s and ne $m$ esh did $C$ harges and $m$ agnetic $m$ om ents for $M n$ 's from the CDC m onom er agree wellw th those from the EDC m onom er. For exam ple, a sphere with a ra-


FIG. 2: Electronic density of states (D O S) for m a jority and m inority spins for the $\mathrm{M}_{4} \mathrm{~m}$ onom er. Shown are projected M n (3d) DOS of the two types of M n ions, projected p DOS of the three $N$ atom $s$ and the four Clatom $s$, projected $p$ DOS of the nine $O$ atom $S$, and the total DOS de ned by the sum of projected DOS of all atom $s$ in the $m$ onom er. All projected DOS have the same scale which is di erent from that for the total DOS. The vertical line denotes the Ferm i level. D irectly below the Ferm i level, for $m$ a jority spins the pro jected M $n^{3+}$ (3d) DOS hasm ore weight than the M $n^{4+}$ (3d) DOS.Form inority spins, the tendency is the opposite.
dius of 2 23 B ohr captures charges of 23.4 and 23.7, and m agnetic m om ents of 3:6 $B$ and $2: 5$ в for $\mathrm{M}^{3+}$ and $M n^{4+}$ respectively. The total $m$ agnetic $m$ om ent for the m onomer is 9 B in good agreem ent w th experim ent. The HOMO LUMO gap formajority (m inority) spin is $1.02 \mathrm{eV}(2.42 \mathrm{eV})$. The energy di erence between the $m$ inority ( $m$ ajority) LUM O and the majority ( $m$ inority) HOMO is 1.17 eV ( 2.28 eV ), which ensures that the system is stable $w$ ith respect to the totalm agnetic $m$ om ent. A s clearly seen in Fig. $m$ a jority spins the pro jected $\mathrm{Mn}^{3+}$ (3d) D O $S$ is dom inant over the projected $\mathrm{Mn}^{4+}$ (3d) DOS, while for minority spin the opposite trend is observed. This con ms the experim ental picture of three $\mathrm{Mn}^{3+}$ spins antiferrom agnetically coupled to a $\mathrm{M}^{4+}$ spin.

W e calculate the binding energy by subtracting the dim er energy from tw ioe the $m$ onom er energy. W e nd that the dim er is stable forboth the CDC and EDC.For the CDC (EDC), the binding energy is about 0.16 eV ( 0.78 eV ). The m agnitude of the binding energy suggests attractive electrostatic interactions betw een di erent m onom ers. T he discrepancy betw een the binding energy for the CDC and that for the EDC $m$ ay be attributed to our substitution of ethyl for hydrogen in the CDC and/or the fact that the plane where a pyridine ring sits is di erent for both geom etries. To check the form er possibility, we calculate the binding energy of the EDC term inated by hydrogen, and obtain 0.45 eV . W e have also veri ed that the conform ation of a pyridine ring for the EDC is slightly di erent from that for the CDC. $T$ hus, the discrepancy arises from both reasons.
$W$ e have calculated the $m$ onom eric M AE in zero $m$ agnetic eld forboth the CDC and EDC w th the assum p-

TABLE I: B inding energy, $m$ onom eric $m$ agnetic anisotropy barrier (MAE), and antiferrom agnetic exchange constant J for the CDC w ith the distance between the two central Cl's held as the experim ental value, $d=3: 86$ A DFT (1)], the EDC w ith $d=3: 86$ A DFT (2)], and the same as D FT (2) except that ethyl is replaced by hydrogen DFT (3)]. DFT (4), DFT (5), and DFT (6) denote the sam e as DFT (2) except that $d=3.86 \mathrm{~A}+1$ Bohr, $\mathrm{d}=3.86 \mathrm{~A} 0.5 \mathrm{Bohr}$, and $d=3.86$ A _ 1 B ohr, respectively. The experim ental values are from $R$ ef ues of $J$ is $0: 04 \mathrm{~K}$.

|  | B inding energy | MAE/m onom er | exchange J |
| :---: | :---: | :---: | :---: |
| DFT (1) | 0.16 eV | 11.3 K | 024 K |
| DFT (2) | 0.78 eV | 11.6 K | 027 K |
| DFT (3) | 0.45 eV | 10.9 K |  |
| DFT (4) |  | 11.7 K | 0.10 K |
| DFT (5) |  | 11.6 K | 0.47 K |
| DFT (6) |  | 11.7 K | 0.81 K |
| Exp- |  | 14.4 K | 0.1 K |

tion that spin-orbit coupling is a $m$ ajor contribution to the MAE. For this calculation, we follow the procedure developed in Refilin. O ur calculations show that the $M n_{4}$ m onom er has uniaxialanisotropy along the threefold axis (the bond betw een $\mathrm{M} \mathrm{n}^{4+}$, and C lin the cubane), in agree$m$ ent $w$ ith experim ent ${ }^{5}{ }^{4}\left[\frac{6}{6}\right.$ For uniaxial system $s$, the energy shift due to the spin-orbit interaction can be simpli ed to ${ }_{z z} \mathrm{hS}_{z} \mathrm{i}^{2}$ up to constant term S independent of $\mathrm{hS}_{\mathrm{z}}$ i if the z axis is assigned as the easy axis? $T$ hen the classical barrier (MAE) to be overcome to m onom erm agnetization reversal $\mathrm{M}_{\mathrm{z}}=+9 / 2$ to $\mathrm{M}_{\mathrm{z}}=9 / 2$ is $z z\left((9=2)^{2} \quad(1=2)^{2}\right)$. For the CDC (EDC)monomer, the MAE is $11.3 \mathrm{~K}(11.6 \mathrm{~K})$, which is close to that for the hydrogenated ED C m onom er. As shown in Table 'I, all these num bers are close to the experim ental value of 14.4 K . The di erence betw een our estim ated M AE and the experim ental value $m$ ight be ascribed to-athere ects on the barrier such as spin-vibron coupling $1_{1}^{12}$

To calculate the exchange coupling constant J betw een $m$ onom ers, we assum $e$ that a $m$ onom er is an ideal $S=9=2$ ob ject and that its e ective spin is aligned along the easy axis and of Ising type (either $M_{z}=+9 / 2$ or $9=2$ ). Then we calculate self-consistently energies of ferrom agnetic (parallelm onom eric spins) and antiferrom agnetic con guration (antiparallelm onom eric spins) of the dim er, and take a di erence betw een the two energies. We nd that the antiferrom agnetic con guration is favored. T he antiferrom agnetic exchange constant $J$ is determ ined from $=2 J(9=2)^{2}$. For the CDC, the energy di erence is 31 m icrohartree so that $J=0.24 \mathrm{~K}$, while for the ED C , J=0.27 K. These can be compared to the experim entally $m$ easured value of $J=0.1 \mathrm{~K} \quad \mathrm{c}_{1}^{1} \mathrm{~T}$ he nu$m$ erical uncertainty in the totalenergy di erence for our D FT calculations is at m ost 5 m icrohartree, which can be translated to the uncertainty in the exchange J as 0.04 K .


FIG. 3: Logarithm of exchange constant $J$ as a function of the $m$ onom er-m onom er distance relative to the experim ental value. T he num erical uncertainty in $J$ is $0: 04 \mathrm{~K}$. The slope of the curve is about -2 .

W e achieve high-accuracy in the total-energy di erence, because we use exactly the sam e optim ized dim er geom etry w ith the sam e param eter values for a self-consistent approxim ation except for the e ective spin con gurations of m onom ers. A though our DFT estim ated value of $J$ is som ew hat higher than the experim ental value, this $m$ ay be acceptable considering the assum ptions we $m$ ade and the fact that DFT calculations often overestim ate exchange interactions. In som e cases, the PBE generalized-gradient approxim ation $m$ ay not fully cancel the self-interaction in the C oulom b potential. Therefore, the electrons in our calculations are slightly $m$ ore di use, which should lead to overestim ated exchange interaction.

It is interesting to exam ine whether the exchange interaction varies signi cantly $w$ th the $m$ onom er-m onom er separation. We consider the case that each $m$ onom er is displaced tow ard or aw ay from the center of $m$ ass of the dim er along the easy axis. Then we calculate the exchange constant $J$ for the EDC dim er with three different $m$ onom er-m onom er distances from the experim entally $m$ easured value. The $m$ onom er-m onom er distance is varied by changing the tw o centralc l-c ldistance with a monom er geom etry xed. If the central ClClbond length increases by 1 Bohr, then $J$ decreases down to 0.10 K . Ifthe bond length decreasesby 0.5 Bohr ( 1 B ohr ), J increases to $0.47 \mathrm{~K}(0.81 \mathrm{~K})$. Table II sum m arizes the separation dependence of $J$ and of the $\bar{m}$ onom eric MAE. As shown in Table ${ }^{\frac{1}{2}}$, the $m$ onom eric MAE does not depend on the exchange interaction betw een $m$ onom ers, because them onom er geom etry has not changed during this process. Figure shows that $J$ increases exponentially w ith decreasing the separation distance. This tells us how quickly the overlaps of neighboring wavefunctions decrease w ith increasing the distance. W e have decom posed the $J$ values into kinetic, coulom bic and exchangecorrelation contributions. T he kinetic contribution is an order of $m$ agnitude larger than the total value of $J$ and it is signi cantly cancelled by the exchange-correlation contributions to the $J$ value.

Since we estim ated the anisotropy barrier and exchange constant, we can construct a $m$ odel $H$ am iltonian

TABLE II：Initial $\mathrm{M}_{1} ; \mathrm{M}_{2} \mathrm{i}$ and nalstates $\mathrm{M}_{1}{ }^{0} \mathrm{M}_{2}{ }_{2}{ }^{i}$ partic－ ipating in quantum tunneling at resonant elds， $\mathrm{B}_{\text {res }}$ ． T his was calculated by exact diagonalization of H am iltonian（1）． $M_{1}$ and $M_{2}$ are the projected $m$ agnetic $m$ om ent along the easy axis for each $m$ onom er．For clarity，degeneracy in ini－ tial／nal states is not listed．O nly for the case with $\mathrm{z}^{z z} \mathrm{~J}$ the initial／nalstates are eigenstates of H am iltonian（ $\ddagger$ ）．T he third and fourth resonances are from one degenerate state to another degenerate state，and they are split due to transverse term $s$ in the exchange interaction．The sam e logic is applied to the last two resonances． $\mathrm{B}_{\text {res }}^{\mathrm{Exp}}$ is the resonant eld for $z z=0: 72 \mathrm{~K}$ and $J=0: 1 \mathrm{~K} \cdot \mathrm{~B}_{\mathrm{res}}^{\mathrm{DFT}}$ is for $\mathrm{zz}=0: 58 \mathrm{~K}$ and $J=0: 27 \mathrm{~K} B_{\text {res }}^{M \text { od }}$ is for $z z=0: 58 \mathrm{~K}$ and $J=0: 1 \mathrm{~K}$ ．

| Initial | $F$ inal | $\mathrm{B}_{\text {res }}^{\mathrm{ExP}}(\mathrm{T})$ | $\mathrm{B}_{\text {res }}^{\text {D T }}$ | $\mathrm{B}_{\text {res }}^{\mathrm{Mod}}$ |
| :---: | :---: | :---: | :---: | :---: |
| j${ }^{\frac{9}{2} ; \frac{9}{2} \mathrm{i}}$ | j ${ }_{2}$ ；$\frac{9}{2} \mathrm{i}$ | 0：335 | 0：91\＄ | 0：335 |
| j9\％${ }^{\frac{9}{2}} \mathrm{i}$ | j ${ }_{2}$ ；$\frac{7}{2} \mathrm{i}$ | 020 | 0：495 | 0.095 |
| 戋；$\frac{7}{2} \mathrm{i}$ | j $\frac{9}{2}$ ；$\frac{7}{2} \mathrm{i}$ | 023 | 0.625 | 023 |
| 浐；$\frac{7}{2} \mathrm{i}$ | j $\frac{9}{2}$ ；$\frac{7}{2} \mathrm{i}$ | 0.305 | 0.83 | 0.305 |
| 运；$\frac{9}{2} \mathrm{i}$ | j $\frac{9}{2}$ ；$\frac{9}{2} \mathrm{i}$ | 0.34 | 0.92 | 0.34 |
| j${ }_{2} ; \frac{9}{2} \mathrm{i}$ | ji9 ；$\frac{5}{2}$ i | 0.735 | 0：08 | 0.525 |
| 戋；$\frac{9}{2} \mathrm{i}$ | j $\frac{9}{2} ; ~ \frac{7}{2} i$ | 0.835 | 1.24 | 0.73 |
| 遃；$\frac{9}{2} \mathrm{i}$ | j $\frac{9}{2}$ ；$\frac{7}{2} \mathrm{i}$ | 0.915 | 1.465 | 0.815 |

for the dim er according to

$$
\begin{equation*}
\mathrm{H}=\quad \mathrm{zz}\left(S_{1 z}^{2}+S_{2 z}^{2}\right)+J S_{1} S_{2} \tag{1}
\end{equation*}
$$

where the uniaxial anisotropy param eter $z_{z}=0: 58 \mathrm{~K}$ and $J=0.27 \mathrm{~K}$ ．To determ ine whether our values of zz and $J$ can reproduce the experim entalvalues of the reso－ nant tunneling elds（ $F$ ig． 4 in Ref．${ }^{-}$），we calculate these elds using exact diagonalization of $\overline{\mathrm{H}}$ am iltonian ${ }_{(1)}^{(\underline{1})}$ ．A 1－ though it is crucial to include some sm all transverse term $s$ in the $H$ am iltonian（such as transverse anisotropy and transverse elds）for calculations oftunnelsplittings，
the transverse，term $s$ do not a ect the resonant elds much ．Table iII sum m arizes the resonant elds for som e low－energy states for three di erent values of zz and J ： （1）the experim ental values $z z=0: 72 \mathrm{~K}, \mathrm{~J}=0: 1 \mathrm{~K}$ ； （2） $\mathrm{zz}=0: 58 \mathrm{~K}, \mathrm{~J}=0: 27 \mathrm{~K}$ ；（3）slightly modi ed version of our DFT results $z z=0: 58 \mathrm{~K}, \mathrm{~J}=0: 1 \mathrm{~K}$ ． Let us focus on two tunnelings which were prom inent in the experim ental m easurem ents： $\mathrm{M}_{1}=9=2 ; \mathrm{M}_{2}=$ $9=2 i!\quad \not M_{1}=9=2 ; M_{2}=9=2 i$ ，and $j 9=2 ; \quad 9=2 i$ ！ j 9＝2；9＝2i，where $M_{1}$ and $M_{2}$ are the eigenvalues of the spin operator pro jected along the easy axis for each m onom er．For these two tunnelings，the resonant elds are solely determ ined by $J$ and are independent of $z_{z}$ ：
 w ith our estim ated values $w$ ill not quantitatively repro－ duce the experim ental resonant elds．H ow ever，in this case（w hen $z z$ becom es com parable to $J$ ），we notioe that the hysteresis loop exhibits richer features such as m ore $m$ agnetization steps before $m$ agnetic eld reversal．Since DFT often overestim ates exchange interactions，we also calculate the resonant elds w ith J decreased to 0.1 K and zz xed to exam ine if agreem ent w ith experim ent im proves．$W e$ nd that som e resonances agree $w$ ith ex－ perim ent and som e do not agree．

In sum $m$ ary，we have calculated optim ized geom etries for a monomer and dim er of the $\mathrm{SMM} \mathrm{M} \mathrm{n}_{4}$ using DFT． For both the CDC and EDC，we calculated binding en－ ergy，m onom eric MAE，and the exchange interaction betw een $m$ onom ers．The binding interaction betw een m onom ers is electrostatic．O ur calculated anisotropy barrier is close to the experim ental value．The exchange interaction between $m$ onom ers is tw ice or three tim es larger than the experim ental value．O verall，our DFT calculations are in qualitative accord w ith experim ent．

KP and SLR were funded by W ．M．Keck Foundation， MRP was supported in part by ONR and the D OD HPC CHSSI program，and NA and GC were supported by N SF G rants N os．C H E－ 0123603 and D M R -0103290 ．


${ }^{2}$ K．W ieghart，K ．Pohl，I．Jibril，and G．H uttner，A ngew ． Chem．Int．Ed．Engl．23， 77 （1984）．
${ }^{3}$ J．V illain，F．H artm an B outron，R ．Sessoli，and A ．R ettori， Europhys．Lett．27， 159 （1994）；E．M．C hudnovsky and J． Tejada，$M$ acroscopic $Q$ uantum Tunneling of the $M$ agnetic M om ent，C am bridge Studies in M agnetism，Vol 4 （C am－ bridge U niversity P ress，C am bridge，1998）and references therein．
${ }^{4}$ R．Sessoli，D．G atteschi，A．C aneschi，and M A．N ovak， $N$ ature（London）365， 141 （1993）；J．R ．Friedm an，M ．P ． Sarachik，J．Tejada，and R．Ziolo，Phys．Rev．Lett．76， 3830 （1996）；W ．W emsdorfer and R．Sessoli，Science 284， 133 （1999）．
${ }^{5}$ D．N．H endrickson，G．C hristou，E．A ．Schm itt，E．Libby， J．S．Bashkin，S．W ang，H ．Ч．T sai，J．B．V incent，P．D ．W ． Boyd，J．C．Hu man，K．Folting，Q．Li，and W ．E．Streib，

J．Am．Chem．Soc．114， 2455 （1992）．
${ }^{6}$ W ．W emsdorfer，N ．A liaga－A lcade，D ．N ．H endrickson，and G．C hristou，N ature， 416406 （2002）．
${ }^{7}$ W ．K ohn and L．J．Sham，Phy．Rev．140，A 1133 （1965）．
${ }^{8}$ M ．R．Pederson and K．A．Jackson，P hy．Rev．B bf 41,7453 （1990）；K ．A ．Jackson and M．R．Pederson，ibid．42， 3276 （1990）；D ．V ．Porezag，Ph．D．thesis，Chem nitz Technical Institute， 1997.
9 J．P．Perdew，K．Burke，and M．Emzerhof，Phys．Rev． Lett．77， 3865 （1996）．
${ }^{10}$ D．Porezag and M．R．Pederson，Phys．Rev．A 60， 2840 （1999）．
${ }^{11}$ M．R．Pederson and S．N．K hanna，Phys．Rev．B 60， 9566 （1999）．
${ }^{12}$ M ．R ．Pederson，N．Bemstein，and J．K ortus，Phys．Rev． Lett．89， 097202 （2002）．

